Safety assessment of the substance, montmorillonite clay modified with hexadecyltrimethylammonium bromide, for use in food contact materials

EFSA Panel on Food Contact Materials, Enzymes and Processing Aids (CEP), Vittorio Silano, José Manuel Barat Baviera, Claudia Bolognesi, Beat Johannes Brüschweiler, Andrew Chesson, Pier Sandro Cocconcelli, Riccardo Crebelli, David Michael Gott, Konrad Grob, Evgenia Lampi, Alicja Mortensen, Inger-Lise Steffensen, Christina Tlustos, Henk Van Loveren, Laurence Vernis, Holger Zorn, Laurence Castle, Jean-Pierre Cravedi*, Martine Kolf-Clauw*, Maria Rosaria Milana, Karla Pfaff, Maria de Fátima Tavares Pocas*, Kettil Svensson*, Detlef Wölfle*, Eric Barthélémy and Gilles Rivièren

Abstract

The EFSA Panel on Food Contact Materials, Enzymes and Processing Aids (CEP) assessed the safety of montmorillonite clay modified with hexadecyltrimethylammonium bromide (HDTA) when used as an additive at up to 0.01% w/w in polylactic acid (PLA) bottles intended for contact with water for long-term storage at ambient temperature or below. The modified clay, which 90% w/w of the particles have a dimension of 33.1 μm or less and the average size is 9 μm, has a layered structure with layers of a thickness below 100 nm. When incorporated in PLA, nanosized layers can be dispersed in the matrix, but are not expected to migrate. Thermal degradation is not expected at the maximum manufacturing temperature. No loss of integrity of the PLA surface due to interaction with bottled water was observed. The overall migration was very low. No migration of HDTA was detected at the limit of detection, which would conservatively correspond to approximately 0.01 mg. Comparative analysis of bottled water with and without the modified clay did not reveal additional peaks corresponding to impurities identified in the modifier and/or in the modified clay. Moreover, and the modifier HDTA have been evaluated and authorised. Therefore, the CEP Panel concluded that the substance montmorillonite clay modified with HDTA bromide is not of safety concern for the consumer if the substance is used as an additive up to 0.01% w/w in PLA plastic bottles and other containers intended for long-term storage of water at ambient temperature or below, as requested by the applicant.

© 2019 European Food Safety Authority. EFSA Journal published by John Wiley and Sons Ltd on behalf of European Food Safety Authority.

Keywords: montmorillonite clay modified with hexadecyltrimethylammonium bromide, FCM substance No 1075, food contact materials, safety assessment, nano, evaluation

Requestor: Food Safety and Nutrition Agency, Spain

Question number: EFSA-Q-2013-00641

Correspondence: fip@efsa.europa.eu

* Member of the former Working Group on "Food Contact Materials" of the former EFSA Panel on Food Contact Materials, Enzymes, Flavourings and Processing Aids (CEF).
Panel members: José Manuel Barat Baviera, Claudia Bolognesi, Beat Johannes Bruschweiler, Andrew Chesson, Pier Sandro Cocconcelli, Riccardo Crebelli, David Michael Gott, Konrad Grob, Evgenia Lampi, Alicja Mortensen, Gilles Riviere, Vittorio Silano, Inger-Lise Steffensen, Christina Tlustos, Henk Van Loveren, Laurence Vernis, Holger Zorn.

Note: The full opinion will be published in accordance with Article 10(6) of Regulation (EC) No 1935/2004 once the decision on confidentiality, in line with Article 20(3) of the Regulation, will be received from the European Commission. The following information has been provided under confidentiality and it is redacted awaiting the decision of the Commission: the manufacturing process, the composition and the maximum use percentage of the substance; part of the manufacturing process of the material and article manufactured with the substance; part of the characterisation of the substance in the manufactured material and article; some of the migration testing conditions and method of analysis; some of the migration results and limits of detection.

Suggested citation: EFSA CEP Panel (EFSA Panel on Food Contact Materials, Enzymes and Processing Aids), Silano V, Barat Baviera JM, Bolognesi C, Bruschweiler BJ, Chesson A, Cocconcelli PS, Crebelli R, Gott DM, Grob K, Lampi E, Mortensen A, Steffensen I-L, Tlustos C, Van Loveren H, Vernis L, Zorn H, Castle L, Cravedi J-P, Kolf-Clauw M, Milana MR, Pfaff K, Tavares Poças MF, Svensson K, Wöflle D, Barthélémy E and Rivière G, 2019. Scientific Opinion on the safety assessment of the substance, montmorillonite clay modified with hexadecyltrimethylammonium bromide, for use in food contact materials. EFSA Journal 2019;17(1):5552, 8 pp. https://doi.org/10.2903/j.efsa.2019.5552

ISSN: 1831-4732

© 2019 European Food Safety Authority. EFSA Journal published by John Wiley and Sons Ltd on behalf of European Food Safety Authority.

This is an open access article under the terms of the Creative Commons Attribution-NoDerivs License, which permits use and distribution in any medium, provided the original work is properly cited and no modifications or adaptations are made.

The EFSA Journal is a publication of the European Food Safety Authority, an agency of the European Union.
Table of contents

Abstract.................................................................................................................................................... 1
1. Introduction...................................................................................................................................... 4
   1.1. Background and Terms of Reference as provided by the requestor........................................................ 4
2. Data and methodologies.................................................................................................................... 4
   2.1. Data................................................................................................................................................. 4
   2.2. Methodologies................................................................................................................................... 4
3. Assessment....................................................................................................................................... 6
   3.1. Non-toxicological data....................................................................................................................... 6
   3.2. Toxicological data.............................................................................................................................. 7
4. Conclusions....................................................................................................................................... 7
Documentation provided to EFSA ............................................................................................................... 7
References................................................................................................................................................ 7
Abbreviations ............................................................................................................................................ 7
1. Introduction

1.1. Background and Terms of Reference as provided by the requestor

Before a substance is authorised to be used in food contact materials (FCM) and is included in a positive list EFSA's opinion on its safety is required. This procedure has been established in Articles 8, 9 and 10 of Regulation (EC) No 1935/2004 of the European Parliament and of the Council of 27 October 2004 on materials and articles intended to come into contact with food.

According to this procedure, the industry submits applications to the Member States competent authorities which transmit the applications to the European Food Safety Authority (EFSA) for their evaluation.

In this case, EFSA received an application from the Food Safety and Nutrition Agency, Spain, requesting the evaluation of the substance “nano-hexadecyltrimethylammonium bromide modified montmorillonite organoclay” with the FCM substance No 1075. The dossier was submitted by Packaging, Transport and Logistics Research Centre, Itene.

According to Regulation (EC) No 1935/2004 of the European Parliament and of the Council on materials and articles intended to come into contact with food, EFSA is asked to carry out an assessment of the risks related to the intended use of the substance and to deliver a scientific opinion.

2. Data and methodologies

2.1. Data

The applicant has submitted a dossier in support of its application for the authorisation of the substance nano-hexadecyltrimethylammonium bromide modified montmorillonite organoclay, to be used in plastic food contact materials.

Additional information was provided by the applicant during the assessment process in response to requests from EFSA sent on 12 June 2015, 24 May 2018 and 3 October 2018 (see 'Documentation provided to EFSA').

Data submitted and used for the evaluation are:

**Non-toxicological data**
- Data on identity
- Data on physical and chemical properties
- Data on intended use and authorisation
- Data on residual content of the substance and its components
- Data on migration of the substance and its components
- Data on identification, quantification and migration of impurities and reaction products.

**Toxicological data**

None (see Section 3.2).

2.2. Methodologies

The assessment was conducted in line with the principles laid down in Regulation (EC) No 1935/2004 on materials and articles intended to come into contact with food. This Regulation underlines that applicants may consult the Guidelines of the Scientific Committee on Food (SCF) for the presentation of an application for safety assessment of a substance to be used in FCM prior to its authorisation (European Commission, 2001), including the corresponding data requirements. The dossier that the applicant submitted for evaluation was in line with the SCF guidelines (European Commission, 2001).

The methodology is based on the characterisation of the substance that is the subject of the request for safety assessment prior to authorisation, its impurities and reaction and degradation products, the evaluation of the exposure to those substances through migration and the definition of minimum sets of toxicity data required for safety assessment.

To establish the safety from ingestion of migrating substances, the toxicological data indicating the potential hazard and the likely human exposure data need to be combined. Exposure is estimated from

---

1 Regulation (EC) No 1935/2004 of the European parliament and of the council of 27 October 2004 on materials and articles intended to come into contact with food and repealing Directives 80/590/EEC and 89/109/EEC. OJ L 338, 13.11.2004, p. 4–17.
studies on migration into food or food simulants and considering that a person may consume daily up to 1 kg of food in contact with the relevant FCM.

As a general rule, the greater the exposure through migration, the more toxicological data is required for the safety assessment of a substance. Currently, there are three tiers with different thresholds triggering the need for more toxicological information as follows:

a) In case of high migration (i.e. 5–60 mg/kg food), an extensive data set is needed.

b) In case of migration between 0.05 and 5 mg/kg food, a reduced data set may suffice.

c) In case of low migration (i.e. < 0.05 mg/kg food), only a limited data set is needed.

More detailed information on the required data is available in the SCF guidelines (European Commission, 2001).

The assessment was conducted in line with the principles described in the EFSA ‘Guidance on transparency in the scientific aspects of risk assessment’ (EFSA Scientific Committee, 2009) and considering the relevant guidance from the EFSA Scientific Committee such as the ‘Guidance on risk assessment of the application of nanoscience and nanotechnologies in the food and feed chain: Part 1, human and animal health’ (EFSA Scientific Committee, 2018).

3. Assessment

According to the applicant, the substance named ‘nano-hexadecyltrimethylammonium bromide modified montmorillonite organoclay’, renamed by the CEP Panel as ‘montmorillonite clay modified with hexadecyltrimethylammonium bromide’, is intended to be used as an additive at up to... 

The substance montmorillonite clay modified with hexadecyltrimethylammonium bromide (HDTA) has not been evaluated by SCF or EFSA. However, a minor component/impurity), and the modifier HDTA (CAS No. 57-09-0), are each listed in the Regulation (EU) 10/2011 under the FCM Substance No. , the FCM substance No. , and the FCM Substance No. 104 with a specific migration limit (SML) of 6 mg/kg food, respectively.

3.1. Non-toxicological data

The clay modification is needed in order to make the clay hydrophobic and compatible with the polymer, PLA.

---

2 Commission Regulation (EU) No 10/2011 of 14 January 2011 on plastic materials and articles intended to come into contact with food. OJ L 12, 15.1.2011, p. 1.
Hexadecyltrimethylammonium bromide:

- Chemical formula: \( \text{CH}_3(\text{CH}_2)_{15}\text{N(Br)(CH}_3)_3 \)
- Molecular weight: 364.45 Da
- Chemical structure:

![Chemical structure diagram]

- Physical and chemical properties of the modified montmorillonite clay

The modified montmorillonite clay is composed of HDTA and, the remaining being water.

The modified montmorillonite clay used to produce PLA bottles by injection stretch blow moulding at a maximum temperature of 230°C. Thermogravimetric analysis (TGA) under nitrogen of the modified clay showed a 10% mass loss when heated up to 299°C, which is attributed to the evaporation of water. Thermal degradation is therefore not expected at the maximum manufacturing temperature of 230°C.

Of the particles, 90% w/w are of a diameter of 33.1 \( \mu \text{m} \) or less and the average size is 9 \( \mu \text{m} \). The substance has a layered structure with a layer (platelet) thickness below 100 nm. When added to the PLA matrix, these platelets can be dispersed in the matrix. Distribution and particle size of the modified clay particles in PLA bottles with the maximum intended load was characterised by transmission electron microscopy (TEM). It confirmed the presence of platelets and sheets of thickness below 100 nm. However, examination of the TEM data showed that the platelets retained width and/or length in the order of hundreds of nanometers. In addition, they are oriented parallel to the plastic surface and completely embedded. Consequently, in agreement with Bott et al. (2014a,b,c), the CEP Panel does not anticipate migration of the nano-platelets and sheets.

- Migration of the modified montmorillonite clay and of the quaternary ammonium modifier

The inner surface of a PLA bottle loaded with the maximum intended percentage of the modified clay was analysed by Scanning Electron Microscopy before and after contact with water for 40 days at 45°C, which covers the requested intended uses. No loss of integrity of the PLA surface due to interaction with bottled water was observed. This is supported by the low overall migration result that was determined for the bottles.

Migration of aluminium from PLA bottles loaded with the maximum intended percentage of the modified clay into water was measured by inductively coupled plasma mass spectrometry (ICP-MS) as a marker of the potential migration of the modified clay. Migration was below or at the limit of detection (LoD). Assuming that all the aluminium comes from the clay, this LoD would correspond to approximately \( \text{LoD} \). Additionally, migration of aluminium complies with the SML of 1 mg/kg food.

Migration of free HDTA (i.e., not linked with the clay) into water for 40 days at 45°C was analysed by liquid chromatography coupled to mass spectrometry (LC-MS). Tests were performed with samples of PLA made with the maximum intended percentage of the modified clay. Migration was not detected at the LoD of.

Those results support the previous consideration that release of nanoparticles from the PLA bottles into water is not expected.

- Migration of reaction products and impurities

The modifier and the modified clay were analysed by for the identification of potentially migrating impurities. Detected substances included alkanes, bromo- and chloro-alkanes, alcohols, esters, ketones, amides and amines.

The impurities were compared in PLA bottles made with- and without the modified clay additive, using. Their migration was compared in water after 40 days contact at 45°C, using
Of the halogenated alkanes identified in the modifier and/or in the modified clay, none was detected in the PLA with the maximum intended load, nor in the water samples after contact, at a limit of detection below 1 μg/kg both for PLA and water.

With regard to the other impurities identified in the modifier and/or in the modified clay, the comparative analysis of the water samples did not reveal any additional peaks, with a limit of detection in the region of 1 μg/kg water.

### 3.2. Toxicological data

(a minor component/impurity), the modifier HDTA and aluminium have been evaluated and authorised to be used in the manufacture of plastic (cf. Regulation (EU) 10/2011). Moreover, based on the above data, the modified montmorillonite clay and specifically the platelets and sheets are not expected to migrate from the PLA under the intended conditions of uses. Migration of the modifier was not detected. Migration of aluminium was, at most, at the limit of detection. And migration of the impurities was not detected.

### 4. Conclusions

The CEP Panel, based the above-mentioned data, concluded that the substance montmorillonite clay modified with HDTA is not of safety concern for the consumer if the substance is used as an additive at up to in PLA plastic bottles and other containers intended for long-term storage of water at ambient temperature or below, as requested by the applicant.

### Documentation provided to EFSA

1) Technical dossier. July 2013. Submitted by Packaging, Transport and Logistics Research Centre, Itene.
2) Additional information. April 2018. Submitted by Packaging, Transport and Logistics Research Centre, Itene.
3) Additional information. July 2018. Submitted by Packaging, Transport and Logistics Research Centre, Itene.
4) Additional information. October 2018. Submitted by Packaging, Transport and Logistics Research Centre, Itene.

### References

Bott J, Störmer A and Franz R, 2014a. A comprehensive study into the migration potential of nano silver particles from food contact polyolefins. In: Benvenuto MA, Ahuja S, Duncan TV, Noonan G and Roberts Kirchhoff E (eds.). Chemistry of food and food contact materials: from production to plate. ACS Symposium Series 1159, American Chemical Society, Washington DC, USA, 51–70.

Bott J, Störmer A and Franz R, 2014b. Investigation into the migration of nanoparticles from plastic packaging materials containing carbon black into foodstuffs. Food Additives & Contaminants, 31, 1769–1782.

Bott J, Störmer A and Franz R, 2014c. A model study into the migration potential of nanoparticles from plastics nanocomposites for food contact. Food Packaging and Shelf Life, 2, 73–80.

EFSA Scientific Committee, 2009. Guidance of the Scientific Committee on transparency in the scientific aspects of risk assessments carried out by EFSA. Part 2: general principles. EFSA Journal 2009;7(5):1051, 22 pp. https://doi.org/10.2903/j.efsa.2009.1051

EFSA Scientific Committee, Hardy A, Benford D, Haldorsson T, Jeger MJ, Knutsen HK, More S, Naegeli H, Noteborn H, Ockleford C, Ricci A, Rychen G, Schlatter JR, Silano V, Solecki R, Turk D, Younes M, Chaudhry Q, Cubadda F, Gott D, Oomen A, Weigel S, Karamitrou M, Schoonjans R and Mortensen A, 2018. Guidance on risk assessment of the application of nanoscience and nanotechnologies in the food and feed chain: part 1, human and animal health. EFSA Journal 2018;16(7):5327, 95 pp. https://doi.org/10.2903/j.efsa.2018.5327

European Commission, 2001. Guidelines of the Scientific Committee on Food for the presentation of an application for safety assessment of a substance to be used in food contact materials prior its authorisation. Available online: http://ec.europa.eu/food/fs/sc/efsa/2001_guidelines.pdf

### Abbreviations

CAS Chemical Abstracts Service
CEP Scientific Panel on Food Contact Materials, Enzymes and Processing Aids

www.efsa.europa.eu/efsajournal 7 EFSA Journal 2019;17(1):5552
| Acronym   | Description                                           |
|-----------|-------------------------------------------------------|
| FCM       | food contact materials                                |
| HDTA      | hexadecyltrimethylammonium bromide                    |
| ICP-MS    | inductively coupled plasma mass spectrometry          |
| LC-MS     | liquid chromatography coupled to mass spectrometry    |
| LoD       | limit of detection                                    |
| PLA       | poly(lactic acid)                                     |
| SCF       | Scientific Committee on Food                          |
| SML       | specific migration limit                              |
| TEM       | transmission Electron Microscopy                      |
| TGA       | thermogravimetric analysis                            |
| w/w       | weight per weight                                     |

Montmorillonite clay modified with hexadecyltrimethylammonium bromide